This is an Accepted Manuscript, which has been through the Royal Society of Chemistry peer review process and has been accepted for publication.

Accepted Manuscripts are published online shortly after acceptance, before technical editing, formatting and proof reading. Using this free service, authors can make their results available to the community, in citable form, before we publish the edited article. We will replace this Accepted Manuscript with the edited and formatted Advance Article as soon as it is available.

You can find more information about Accepted Manuscripts in the Information for Authors.

Please note that technical editing may introduce minor changes to the text and/or graphics, which may alter content. The journal’s standard Terms & Conditions and the Ethical guidelines still apply. In no event shall the Royal Society of Chemistry be held responsible for any errors or omissions in this Accepted Manuscript or any consequences arising from the use of any information it contains.
Single Molecule Magnet behaviour in a \{Dy_4P_2\} Octahedron

Karzan H. Zangana, Eufemio Moreno Pineda§ and Richard E. P. Winpenny*

Two new tetrametallic lanthanide-phosphonate complexes have been structurally and magnetically characterised. The \{Dy_4\} complex is a single molecule magnet.

Organophosphonates \([RP(O)OH]^-\) and \([RPO_3]^{2-}\), obtained from the deprotonation of \([RP(O)(OH)]^2\), are ideal for assembly of cage compounds.\(^1\)\(^-\)\(^3\) We have been studying these ligands as routes to cages involving lanthanides, including mixed-metal 3d-4f cages.\(^4\)\(^,\)\(^5\) The possible applications of such cages are dependent on the 4f-ions; where the isotropic ion Gd(III) is involved most studies target magnetic cooling through the magnetocaloric effect (MCE).\(^6\) When the anisotropic ion Dy(III) is employed, the blockage of the relaxation of the magnetisation is often observed, leading to single molecule magnets (SMMs),\(^7\) which have been proposed for application in information storage and processing.\(^8\)

In principle, a single phosphonate ligand can bind to as many as nine metal centres; this can create problems especially for metal ions with high coordination numbers. Lanthanide phosphonates often have poor solubility due to a propensity to form coordination polymers, and this can make them difficult to characterise.\(^9\) We have circumvented this problem with a variety of strategies, and demonstrated that discrete molecules containing lanthanides and phosphonates, such as \([Ln_4P_4]^{5+}\), \([Ln_8P_6]^{5b}\) and \([Ln_{10}P_6]^{5c}\) can be obtained. These cages besides having aesthetically pleasant structures also show some potential for magnetocaloric applications when \(Ln = Gd(III)\).\(^5\)\(^,\)\(^6\)

Homometallic lanthanide phosphonate cages remain rare. Here we report the synthesis and magnetic properties of two further Ln–phosphonate cages (\(Ln = Gd(III)\), \(1\) and Dy(III), \(2\)) formed using \(\text{t-butylphosphonate}\), The compounds have the general formula \([Ln_4(O_3P'tBu)_2(O_2C'tBu)_4(NO_3)_6(H_2O)_2]^{2-}\) (Figure 1 and S1). Compound 2 shows slow relaxation of magnetisation.

![Figure 1. Crystal structure of \([Dy_4(O_3P'tBu)_2(O_2C'tBu)_4(NO_3)_6(H_2O)_2]^{2-}\). Colour code: Dy, purple; P, green; N, blue; O, red; C, grey; H omitted for clarity.](image-url)

We have previously studied the reaction of \([Ln_2(O_2C'Bu)_6(HO_2C'Bu)_3]\) with oxo-centred metal triangles \([M_3(\mu_3-O)(O_2C'Bu)_3(py)_3][O_2C'Bu]\) in the presence of \(H_2O_2P'Bu\) and pyridine.\(^5c\)\(^,\)\(^10\) When \(M = Cr(III)\) we find formation of \(\{Cr_3Ln_3\}\) cages,\(^10\) but with \(M = Co(III)\) we find the triangle is inert, and merely acts as cation with the phosphonate reacting with the lanthanide to form anionic \((Ln_{10}P_6)\) centred-rings.\(^5c\)

The reaction depends on the lanthanide precursor. Here, the same general procedure was followed that produces the \((Ln_{10}P_6)\) rings,\(^5c\) but hydrated lanthanide nitrates were used as the precursor, thus significantly reducing the availability of pivalate as a ligand. After heating for 7h light-brown crystals formed over three weeks at room temperature in yields of 20–

---

\(^1\) School of Chemistry, The University of Manchester, Oxford Road, Manchester M13 9PL, UK. Fax: 44-161-275-1001; E-mail: richard.winpenny@manchester.ac.uk
\(^2\) Current address: Institute of Nanotechnology, Karlsruhe Institute of Technology, D-76344, Eggenstein-Leopoldshafen, Germany.
\(^3\) Electronic Supplementary Information (ESI): Synthetic method, crystallographic details and figures and magnetic information. See DOI: 10.1039/B000000x
\(^4\) Deposit number CCDC 1051263-1051264.
25%. X-ray studies show a salt of formula \([\text{Co}_3(\mu_1-O)(\text{O}_2\text{C}^\text{Bu}^-\text{(py)}_2)_2\text{Ln}_2(\text{O}_2\text{P}^\text{Bu}^-\text{(py)}_3)_2\text{Bu}_2(\text{NO})_6^\text{Bu}_2(\text{H}_2\text{O})_2]\) (\(\text{Ln} = \text{Gd}(\text{III}), 1\) and \(\text{Dy}(\text{III}), 2\)) (Figure 1 and S1) has formed.

The compounds 1 and 2 are isostructural, and crystallise in the monoclinic space group \(P2_1/n\). They contain an anionic \(\{\text{Ln}_4\}^{12}\) cage with two \([\text{Co}_3(\mu_1-O)(\text{O}_2\text{C}^\text{Bu}^-\text{(py)}_3)_2]\) cations (Figure S1). We describe the dysprosium-containing compound 2 as representative. The anion is on an inversion centre and contains four Dy(III) metal ions, two phosphonates, six nitrate, four pivalates and two terminal water molecules. The metal ions along with the phosphorous centres can be described as a tetragonally distorted octahedron (Figure 1).

The four Dy(III) atoms (Dy(1), Dy(2), Dy(1′) and Dy(2′)) lie in a single plane and form a distorted rectangle (Dy(1)⋯Dy(2) = 3.965(5), Dy(1)⋯Dy(2′) = 4.203(8) Å, Dy(2′)⋯Dy(1′) = 4.221(8) Å). The two phosphorous atoms P and P′ from the phosphonates are in trans-sites of an octahedron; the phosphonates coordinate with a less regular geometry, described as a muffin 4.221 coordination mode (Harris notation)\(^{12}\). The Dy edge within the distorted octahedron is 3.717(3) Å.

The metal centre Dy(1) is bound to two 2.110-nitrate groups while Dy(2) is bound to one such nitrate ligand and one terminal water molecule. The Dy⋯Dy edges within the parallelogram are bridged by four pivalates, two of them adopting 2.11 coordination mode and the other two adopting 2.21 coordination mode. The Dy(1) site is eight-coordinate with a triangular dodecahedral geometry (\(D_{2d}\)) with a Continuous Shape Measure value (CSM) of 2.745.\(^{12}\) The Dy(2) site is nine coordinate with a less regular geometry, described as a muffin 12-coordinate geometry (\(C_{5v}\), with a CSM value of 3.265)\(^{12}\) (Table S1 and Figure S2).

The magnetic properties of both systems have been studied in the temperature range of 2–300 K under an applied DC field of 1 kOe. For 1 the product \(\chi M/T\) (being \(\chi M\) the molar magnetic susceptibility) shows an expected room temperature value of 31.3 cm\(^3\) mol\(^{-1}\) (Calcd. 31.2 cm\(^3\) mol\(^{-1}\)) for four Gd(III); \(g = 1.99, S = 7/2\)). Upon cooling \(\chi M/T\) stays practically constant down to ca. 15 K where it decreases to 26.5 cm\(^3\) K mol\(^{-1}\) (at 2 K) (Figure 2a) indicating weak antiferromagnetic interactions. The molar magnetisation (\(M_0\)) at 1.8 and 3 K saturates at 28 \(\mu_B\) above ca. 5 T (Figure 2b). The exchange interaction in 1 can easily be obtained through simultaneous fitting of \(\chi M(T)\) and \(M_0(H)\) to a Hamiltonian of the form: \(H = -J\left(\hat{S}_1\cdot\hat{S}_2 + \hat{S}_2\cdot\hat{S}_3 + \hat{S}_3\cdot\hat{S}_4 + \hat{S}_4\cdot\hat{S}_5\right) + g\mu_B H\sum_{i=1}^5\hat{S}_i\) (see inset Figure 2a) using the program PHI.\(^{13}\) This gives a single exchange interaction, \(J = -0.01\) cm\(^{-1}\). This very small interaction is of the order of the zero-field splitting of Gd(III) ions, and we cannot exclude the possibility that this fall is a purely single ion effect.

The room temperature \(\chi M/T\) for 2 similarly is in good agreement with the expected value for four non-interacting Dy(III) ions 55.2 cm\(^3\) K mol\(^{-1}\) (Calcd. 56.6 cm\(^3\) K mol\(^{-1}\)), for four Dy(III), ground state \(^4f^{15/2}\); \(g_i = 4.2, J = -15/2\). Upon cooling \(\chi M(T)\) slowly decreases to a minimum of 46.2 cm\(^{-1}\) K mol\(^{-1}\) at about 5 K due to depopulation of the Stark levels\(^{13}\) before increasing again at lower temperatures to a maximum of 48.9 cm\(^3\) K mol\(^{-1}\). This suggests a weak ferromagnetic interaction between the Dy centres (Figure 2a). Interestingly, the \(M_0(H)\) for 2 rapidly increases upon application of the magnetic field leading to as saturation value of 19 \(\mu_B\) at ca. 5 T (see inset Figure 2b).

The dynamic magnetic behaviour of 2 was investigated by alternating current (ac) susceptibility measurements as a function of temperature (2–16 K) and frequency (\(v = 0.1 – 1400\) Hz) (Figure 3). Ac measurements of 2 show a frequency dependent behaviour, which is further improved by the application of a small-applied dc field, which reduces fast quantum tunnelling. Under an optimal field of 0.6 kG both the in-phase (\(\chi'\)) and out-of-phase (\(\chi''\)) susceptibility shows frequency dependence below 16 K, characteristic of SMMs (Figure 3a,b and S3).

A single frequency dependent peak is observed in the \(\chi''/\chi'\) (T) and \(\chi''/\chi'(\nu)\) (T), which becomes broader at lower temperatures. The \(\chi''/\chi'(\nu)\) shows a maximum at 15 K for the highest measurement frequency (\(v = 1.4\) kHz). The peaks in \(\chi''(\nu)\) show a linear dependence on temperature above 11 K, and can be described using the Arrhenius law (Figure 3d), giving a thermal energy barrier to magnetisation relaxation \(U_{\text{eff}} = 67\) K with \(\tau_0 = 2.7 \times 10^8\) s (Figure 3d). Cole-Cole plots (\(\chi'\) vs. \(\chi''\)) for the temperature range 4 – 9.5 K give temperature-dependent \(\alpha\) parameters: at high temperatures \(\alpha = 0.05\),
characteristic of a single relaxation time. Below 11 K the peaks show a non-linear dependence on temperature, indicating non-Orbach relaxation processes are becoming important; the α value increases to 0.50, also suggesting multiple relaxation processes are operative (Figure 3c).

The slow relaxation of the magnetisation observed in Dy(III) complexes is due to a well-defined process are operative (Figure 3c).

\[ \chi''(T), \chi''(v), \text{Cole-Cole plot and simulations (solid lines) and (d) Arrhenius analysis for 2 at 0.6 Koe.} \]

The slow relaxation of the magnetisation observed in Dy(III) complexes is due to a well-defined process are operative (Figure 3c).

\[ \chi''(T), \chi''(v), \text{Cole-Cole plot and simulations (solid lines) and (d) Arrhenius analysis for 2 at 0.6 Koe.} \]

\[ \text{Figure 3. (a) } \chi''(T), \text{ (b) } \chi''(v), \text{ (c) Cole-Cole plot and simulations (solid lines) and (d) Arrhenius analysis for 2 at 0.6 Koe.} \]

The slow relaxation of the magnetisation observed in Dy(III) complexes is due to a well-defined process are operative (Figure 3c).

\[ \chi''(T), \chi''(v), \text{Cole-Cole plot and simulations (solid lines) and (d) Arrhenius analysis for 2 at 0.6 Koe.} \]

The slow relaxation of the magnetisation observed in Dy(III) complexes is due to a well-defined process are operative (Figure 3c).

\[ \chi''(T), \chi''(v), \text{Cole-Cole plot and simulations (solid lines) and (d) Arrhenius analysis for 2 at 0.6 Koe.} \]

The slow relaxation of the magnetisation observed in Dy(III) complexes is due to a well-defined process are operative (Figure 3c).

\[ \chi''(T), \chi''(v), \text{Cole-Cole plot and simulations (solid lines) and (d) Arrhenius analysis for 2 at 0.6 Koe.} \]

In summary, by using phosphonates, we have successfully synthesised two isostuctural molecular cages, the metal core consists of four Ln(III) ions which are arranged at the vertices of a parallelogram. While there has been a great deal of recent work to make paramagnetic phosphonate cages, compound 2 appears to be the first homometallic 4f-phosphonate cages with SMM behaviour.

KZ thanks the KRG-Scholarship program in “Human Capacity Development (HCDP)”. EMP thanks the Panamanian agency SENACYT-IFARHU. REPW thanks the Royal Society for a Wolfson Merit Award. We also thank EPSRC (UK) for funding an X-ray diffraction grant (grant number EP/K039547/1).

Notes and references

† Crystal data for 1 [C123H52Co(Gd4N4O10P2): Mr = 3869.48, monoclinic, space group P21/n, T = 128.1(4) K, α = 11.7554(2), b = 19.4689(4), c = 36.1118(7) Å, β = 97.9131(17), V = 8254.0(3) Å³, Z = 2, p = 1.557 g cm⁻³ total data = 64303, R₁ = 0.0479 for I ≥2σ (I) and wR₂ = 0.0670; Crystal data for 2 [C123H52Co(Dy4N4O10P2): Mr = 3890.48, monoclinic, space group P21/n, T = 150.1(1) K, α = 11.7542(2), b = 19.4585(19), c = 36.4590(7) Å, β = 97.9842(19), V = 8258.0(3) Å³, Z = 2, p = 1.565 g cm⁻³ total data = 41706, R₁ = 0.0448 for I ≥2σ (I) and wR₂ = 0.0900. The data were collected on an Agilent SuperNova CCD diffractometer with Mo Kα radiation (λ = 0.71073 Å), solved using SUPERFLIP™, and refined on F² using SHEXL-14™ in Olex2.⁶


This journal is © The Royal Society of Chemistry 20xx

Dalton Transactions Accepted Manuscript

Dalton Transactions

Manuscript

Dalton

Page 3 of 6

Please do not adjust margins


11 Harris notation describes the binding mode as [X.Y1Y2...Yn] where X is the overall number of metal bond by the whole ligand, and each value of Y refers to the number of metal atoms attached to the different donor atoms. See supporting information and R. A. Coxall, S. G. Harris, D. K. Henderson, S. Parsons, P. A. Tasker and R. E. P. Winpenny, Dalton Trans. 2000, 14, 2349.


Single Molecule Magnet behaviour in a $\{\text{Dy}_4\text{P}_2\}$ Octahedron

Karzan H. Zangana, Eufemio Moreno Pineda and Richard E. P. Winpenny*

Two new $\{\text{Ln}_4\}$ cages are reported, bridged by phosphonate ligands. The anisotropy axes at the Dy sites are aligned, leading to slow relaxation of magnetisation.
Two new \( \text{Ln}_4 \) cages are reported, bridged by phosphonate ligands. The anisotropy axes at the Dy(III) sites are aligned, leading to slow relaxation of magnetisation.